Effects of heat treatments on the thermal diffusivity of Uranium-Molybdenum alloy

D M Camarano1, F A Mansur1, A M M Santos1, W B Ferraz1 and T A Pedrosa1

1Nuclear Technology Development Center, CDTN, 31270-901, Belo Horizonte, MG, Brazil

E-mail: dmc@cdtn.br

Abstract. U-Mo alloys are the most investigated nuclear fuel material to be used in research reactors. The addition of molybdenum stabilizes the gamma phase of uranium and increases its melting point. A research program under development at Nuclear Technology Development Center (CDTN) aims the obtaining of uranium-molybdenum alloys to enable the high enriched uranium (HEU) to low enriched uranium (LEU) conversions. U-Mo ingots with 10 % by weight were induction melted and heat treated at 300 °C for 72 h, 120 h and 240 h. Thermal diffusivity was determined by the laser flash method and thermal quadrupole method, from room temperature to 300 °C and 400 °C. It was observed that the thermal diffusivity tends to increase with increasing temperature.

1. Introduction
A research program is in progress at CDTN - Nuclear Technology Development Center to develop a fuel consisting of a metallic alloy of uranium and molybdenum, that may eventually in future be used in the RMB - Multipurpose Brazilian Reactor, and which will enable the use of low enriched uranium (LEU). The use of metallic uranium is not feasible due to the occurrence of intense swelling related to the presence of the α-phase with orthorhombic crystal structure [1], the uranium stable phase at room temperature.

The uranium-molybdenum system was initially investigated in 1945 by Ahmann, Snow and Wilson [2] and has been one of the most investigated due to the retention capacity of the γ-phase, which rises as the Mo content is increased [3], and their higher densities. The aim of the present work is to investigate the thermal diffusivity of U-Mo with Mo content of 10% by weight, at room temperature, 300 °C and 400 °C.

2. Materials and methods
2.1. Production of the alloys
U-10 wt.% Mo alloys were melted in an induction furnace under a protective atmosphere of argon. Pieces of uranium and molybdenum were placed in a graphite crucible and, after purging under vacuum, the protective atmosphere of argon was established and the furnace was heated up to a temperature of about 1500 °C. This temperature was maintained for 12 min to provide the complete fusion and homogenization of the two elements. This melted alloy was poured into a cylindrical mold of copper cooled in air, resulting on U-Mo ingots with diameter of 25 mm and length of 150 mm [4-6].

Content from this work may be used under the terms of the Creative Commons Attribution 3.0 licence. Any further distribution of this work must maintain attribution to the author(s) and the title of the work, journal citation and DOI.

Published under licence by IOP Publishing Ltd
Discoid samples with 8 mm diameter and 2.5 mm thickness were prepared from these ingots and its thermal diffusivity were determined by a laser flash method at room temperature and thermal quadrupole method at 300 °C and 400 °C.

2.2. Density determination of the alloys

The density $\rho$ (g cm$^{-3}$) of each sample was determined geometrically from measurements of its diameter $D$ (cm), its thickness $L$ (cm) and its mass $m$ (g) using a micrometer and a calibrated analytical balance, by means of the following equation (1):

$$\rho = \frac{m}{\pi \cdot D^2 \cdot L / 4}$$  

2.3. Thermal diffusivity determination of the alloys

2.3.1. Laser flash method. For thermal diffusivity measurements at room temperature, the laser flash method [7] was adopted using a bench developed by CDTN researchers, and applied according to ASTM-E-1461 [8]. Figure 1 presents schematically the experimental apparatus of CDTN for thermophysical properties measurements based on the laser flash method.

By this method, the front face of a small disk-shaped sample is subjected to a very short burst of radiant energy. The source of the radiant energy is a CO$_2$ laser and the irradiation times are of the order of milliseconds. The resulting temperature rise of the rear surface of the sample is registered and from the obtained thermogram, the sample thermal diffusivity is calculated by the following equation (2):

$$\alpha = \frac{1.37 \cdot L^2}{\pi^2 \cdot t_{1/2}}$$

Where $\alpha$ is the sample thermal diffusivity (m$^2$s$^{-1}$), $L$ is the sample thickness (m) and $t_{1/2}$ is the half time (s).

Figure 1. Apparatus for thermophysical properties measurements.

The used sealed CO$_2$ laser (10.6 μm wave length), model BL 80i provided by Bioluz Company has a maximal power output of 100 W and it is usually set to limit the sample rear face temperature rise in a maximum of 3 °C. The temperature of the sample rear face is measured by an infrared thermometer, model MMLTSSFIL provided by Raytek. For the processing of the thermometer signal, the data acquisition and calculations it is used the LabVIEW platform and a 16 bits A/D card. The in house made sample oven has a heat element of Platinum/ 30 % Rodium that can be heated up to 1700 °C, but the diffusivities measurements were made at room temperature.
2.3.2. Thermal quadrupole method. The thermal quadrupole method was developed by Degiovanni [9] and can be seen as an extension of the concept of thermal resistance at steady state to transient conditions. It is an analytical method whose resolution is approximated by the least squares method, leading to identification of the thermal diffusivity. The sample gets a pulse of light on one side, raising its temperature. From the temperature field over the distance, it is possible to compare the theoretical curve and the experimental curve by the method of least squares. The modeling for the method is illustrated in figure 2 [9,10].

\[
\varphi_e = -\lambda \frac{\partial T}{\partial x} \bigg|_0 = q_e - h_e \cdot S \cdot (T_e - T_\infty) \quad (3)
\]

\[
\varphi_s = -\lambda \frac{\partial T}{\partial x} \bigg|_0 = q_s + h_s \cdot S \cdot (T_s - T_\infty) \quad (4)
\]

Where: \( \varphi \) corresponds to the density of heat flow per unit of time, \( \lambda \) is the thermal conductivity (Wm\(^{-1}\)K\(^{-1}\)), \( T \) is the temperature (K), \( S \) is the surface (m), \( h \) is the heat exchange coefficient (Wm\(^{-2}\)K\(^{-1}\)) and \( q \) is the heat flow (Wm\(^{-2}\)).

To determine the thermal diffusivity, it was used the diffusivimeter Protolab model QuadruFlash 1200 (figure 3) of Thermophysical Properties Measurement Laboratory (LMPT) of CDTN. The thermal diffusivity was measured 10 times for each sample, and the data averaged.

This diffusivimeter, manufactured in Brazil, is constituted by a xenon lamp (1200 J), responsible for the energy pulse, three K-type thermocouples of special class, an InSb infrared detector, an oven for heating the sample and a signal processing unit. A short thermal excitation is generated by the xenon lamp. The flash is directed inside a resistive furnace, allowing heating of the tested specimen from room temperature to 1200 °C and the temperature rise of the specimen is measured by three K-type thermocouples.

**Figure 2.** Heat transfer through a unidirectional plane wall.

**Figure 3.** Diffusivimeter QuadruFlash 1200.
3. Results and discussion

Table 1 shows the results of the density and thermal diffusivity of the U-10 wt.% Mo alloys.

| Temperature / °C | Density (g/cm³) | Thermal Diffusivity (x10⁻⁶ m²/s⁻¹) |
|------------------|-----------------|----------------------------------|
| 25               | 16.38           | 3.90 7.72 8.22                   |
| 300 °C 72h       | 16.45           | 3.83 7.47 8.17                   |
| 300 °C 120h      | 16.26           | 4.18 7.27 8.29                   |
| 300 °C 240h      | 16.19           | 4.17 7.43 8.39                   |

There was no significant variation in the densities of the specimens, remaining around 16 g/cm³. From room temperature to 300 ºC and 400 ºC, the thermal diffusivity increased significantly, but from 300 °C to 400 °C it increases modestly for all the samples. The results obtained in this study are similar to the work of Burkes et al. [11] at both temperatures evaluated.

It can be seen that the heat treatment at 300 ºC for 72 h, 120 h and 240 h do not have major influence at the results. Calculated average thermal diffusivity as a function of temperature for the U-10 wt.% Mo alloy is provided in figure 4. The maximum standard deviation obtained was 9 %.

![Figure 4. Average thermal diffusivity as a function of temperature of U-10 wt.% Mo alloys.](image)

It is clearly seen that the increase of temperature increases the thermal diffusivity of the U-10 wt.% Mo alloy.
4. Conclusions
Thermophysical properties are an important role of any fuel development campaign. The present work investigated the thermal diffusivity of U-Mo with Mo content of 10% by weight, at room temperature, 300 °C and 400 °C.

It can be seen that the thermal diffusivity tends to increase with increasing temperature. Further studies may be done to evaluate different temperatures as well as heat treatments, to improve the thermophysical properties of U-10 wt.% Mo alloys.

Acknowledgments
The authors thanks the financial support of Rede GTD SIBRATEC – Rede de Serviços Tecnológicos em Geração, Transmissão e Distribuição de Energia Elétrica and INCT – Instituto Nacional de Ciência e Tecnologia de Reatores Nucleares Inovadores.

References
[1] Pugh S F 1961 Swelling in alpha uranium due to irradiation J. of Nuclear Materials 4 177-199
[2] Ahman D, Snow A I and Wilson A S 1945 The Uranium-Molybdenum Binary System Report CT-2946
[3] Sinha V P, Hegde P V and Prasad G J 2010 Phase transformation of metastable cubic γ-phase in U-Mo alloys J. of Alloys and Compounds 506 253-262
[4] Ferreira R A N et al. 2011. Thermophysical properties determination of uranium-molybdenum fuel by the flash laser method. Proc. of the International Nuclear Atlantic Conference (Belo Horizonte)
[5] Pedrosa T A 2014 Transformações de fases em ligas U-Mo no estado bruto de fusão envelhecidas artificialmente Thesis (CDTN) Minas Gerais Brazil
[6] Pedrosa T A et al. 2013. Investigation of the microstructure influence in the thermo-physical properties of U-Mo alloys through the laser flash method. Proc. of the International Nuclear Atlantic Conference (Recife)
[7] Parker W J, Jenkins R J, Butler C P and Abbott G L 1961 Flash Method of Determining Thermal Diffusivity, Heat Capacity and Thermal Conductivity J. Appl. Phys. 32 1679-84
[8] ASTM - American Society for Testing and Materials. ASTM E-1461: Standard test method for thermal diffusivity of solids by the flash method. West Conshohocken, 2011
[9] Degiovanni A, Maillet D, André S, Batsale J C and Moyne C 2000. Thermal Quadrupoles: Solving the Heat Equation Through Integral Transforms. New York, John Wiley & Sons, 388p
[10] Guisard-Restivo T A 2003 Proc. of the 47th Annual Meeting of the Brazilian Ceramic Society (João Pessoa)
[11] Burkes D E, Papesch C A, Maddison A P, Hartmann T and Rice F J 2010 Thermo-physical properties of DU–10 wt.% Mo alloys J. of Nuclear Materials 403 160-166